An advanced experimental approach for detailed in-situ characterization of interface delamination

Citation for published version (APA):

Document status and date:
Published: 01/01/2010

Document Version:
Publisher’s PDF, also known as Version of Record (includes final page, issue and volume numbers)

Please check the document version of this publication:

• A submitted manuscript is the version of the article upon submission and before peer-review. There can be important differences between the submitted version and the official published version of record. People interested in the research are advised to contact the author for the final version of the publication, or visit the DOI to the publisher’s website.
• The final author version and the galley proof are versions of the publication after peer review.
• The final published version features the final layout of the paper including the volume, issue and page numbers.

Link to publication

General rights
Copyright and moral rights for the publications made accessible in the public portal are retained by the authors and/or other copyright owners and it is a condition of accessing publications that users recognise and abide by the legal requirements associated with these rights.

• Users may download and print one copy of any publication from the public portal for the purpose of private study or research.
• You may not further distribute the material or use it for any profit-making activity or commercial gain
• You may freely distribute the URL identifying the publication in the public portal.

If the publication is distributed under the terms of Article 25fa of the Dutch Copyright Act, indicated by the “Taverne” license above, please follow below link for the End User Agreement:
www.tue.nl/taverne

Take down policy
If you believe that this document breaches copyright please contact us at:
openaccess@tue.nl
providing details and we will investigate your claim.

Download date: 01. Aug. 2019
AN ADVANCED EXPERIMENTAL APPROACH FOR DETAILED IN-SITU CHARACTERIZATION OF INTERFACE DELAMINATION

M. Kolluri*
Material Innovation Institute (M2i)
Delft, The Netherlands &
Eindhoven University of Technology
Eindhoven, The Netherlands
m.kolluri@tue.nl

J. P. M. Hoefnagels
Eindhoven University of Technology
Eindhoven, The Netherlands

J. A. W. van Dommelen
Eindhoven University of Technology
Eindhoven, The Netherlands

M. G. D. Geers
Eindhoven University of Technology
Eindhoven, The Netherlands

ABSTRACT

System-In-Package (SIP) microsystems, contain several interfaces formed between stacked, multiple, thin layers, manufactured using different materials and processes. Interface delamination is often recognized as a critical failure mechanism concerning the reliability of these products due to the high stresses at the interfaces. Accurate measurement of interface fracture toughness/ critical energy release rate (CERR) in these miniature interface systems over full range of mode mixities is an ongoing challenge. In addition, modeling of these interfaces requires good understanding of the underlying delamination mechanism which is far more difficult with existing macroscopic experimental setups.

In this research, a new miniature mixed mode bending (MMMB) setup for in-situ characterization of interface delamination is designed [1]. The schematic design of the loading mechanism to achieve mixed mode bending (MMB) loads over full range of mode mixities is shown in Fig.1. The capability and functionality of the initial design (Fig. 2a) was proven from tests conducted on custom made glue interface samples [2]. Nevertheless, several modifications were performed to the initial design, in order to enhance its range of applicability: by increasing its limits of (i) maximum load, (ii) maximum displacement, and to improve its ease-of-use by increasing its (iii) robustness. Figure 2 shows the design of the improved MMMB setup (Fig. 2b) mounted in micro-tensile stage and eventually in scanning electron microscope (SEM) chamber (Fig. 2c). Important changes in the new design include (Fig. 2): (i) introduction of new hinges (1,2), (ii) replacement of the critical hinges with elliptical hinges to have more rotation (3), (iii) optimization of hinge geometry and increased robustness (4), (iv) all hinges are loaded in tension (5), and (v) increased length of the MLM (6).

FIGURE 1. SCHEMATIC OF THE MMB SETUP. LOADING POSITIONS ARE SHOWN TO ACCESS DIFFERENT LOADING MODES FROM MODE I (DCB) TEST TO END NOTCH FLEXURE (ENF) TEST.
The setup was used to study copper lead frame – molding compound epoxy interface structures (Cu LF – MCE), which grabbed much attention from the research community as well as industry because of their wide applications and frequent failures during manufacturing and processing of these systems. Typical load displacement results from various experiments conducted at different mode mixities (Fig. 3) as well as in-situ measurements revealing the interface fracture mechanism (Fig. 4) during delamination will be discussed.

REFERENCES
